Intermediate and base courses that are placed at rates of application that exceed the application rates shown in Table III-2 shall conform to the requirements for the maximum application rate shown for 8-minute and 15-minute compaction rolling as per number of rollers used.

Should the Contractor be unable to complete the compaction rolling within the applicable 8-minute or 15-minute period, the placing of asphalt mixture shall either cease until sufficient rollers are used or other corrective action is taken to complete the compaction rolling within the specified period.

Compaction rolling shall be completed prior to the mat cooling down to 175 degrees F. Finish rolling may be performed at a lower mat temperature.

The final asphalt pavement finish course shall not be placed until construction pavement markings are no longer required.

Section 315.05(b) Conditioning Existing Surface is replaced with the following:

(b) **Conditioning Existing Surface:** When the surface of the existing pavement or base is irregular, it shall be brought to a uniform grade and cross section as directed by the Engineer. The surface on which the asphalt concrete is to be applied shall be prepared in accordance with the requirements of the applicable specifications and shall be graded and compacted to the required profile and cross section.

When specified, prior to placement of asphalt concrete, longitudinal and transverse joints and cracks shall be sealed by the application of an approved crack sealing material per special provision titled "Sealing Cracks in Asphalt Concrete Surfaces or Hydraulic Cement Concrete Pavement".

Contact surfaces of curbing, gutters, manholes, and other structures projecting into or abutting the pavement and cold joints of asphalt shall be painted with a thick, uniform coating of asphalt prior to placement of asphalt mixture.

A tack or prime coat of asphalt will be required as specified below and shall conform to the applicable requirements of Section 311 of the Specifications or the special provision titled "Nontracking Tack Coat". Asphalt classed as cutbacks or emulsions shall be applied ahead of the paving operations, and the time interval between applying and placing the paving mixture shall be sufficient to ensure a tacky residue providing maximum adhesion of the paving mixture to the base. The mixture shall not be placed on tack or prime coats that have been damaged by traffic or contaminated by foreign material. Traffic shall be excluded from such sections.

1. **Priming and Tacking:**

   a. **Priming aggregate base or subbase:** Unless otherwise specified in the contract documents, priming with asphalt material will not be required on aggregate subbase or base material prior to the placement of asphalt base, intermediate or surface layers.

   b. **Tacking:** Application of tack at joints, adjacent to curbs, gutters, or other appurtenances, shall be applied with a hand wand or with spray bar at the rate of 0.2 gallon per square yard. At joints, the tack applied by the hand wand or a spray bar shall be 2 feet in width with 4 to 6 inches protruding beyond the joint for the first pass. Tack for the adjacent pass shall completely cover the vertical face of the mat edge, so that slight puddling of asphalt occurs at the joint, and extend a minimum of 1 foot into the lane to be paved.

*These SPECIFICATIONS REVISIONS are subject to change on short notice.*

2007